Research Article

Cyclic Fatigue Resistance of Nickel–Titanium Rotary Instruments after Simulated Clinical Use

Hana R. Ubaed and Diyar Kh. Bakr

Conservative Department, Hawler Medical University, Erbil 44000, Iraq

Correspondence should be addressed to Diyar Kh. Bakr; diyar.bakr@hmu.edu.krd

Received 23 August 2022; Accepted 23 September 2022; Published 11 October 2022

Academic Editor: Noé López Perrusquia

Copyright © 2022 Hana R. Ubaed and Diyar Kh. Bakr. This is an open access article distributed under the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Objective. Cyclic fatigue occurred in the curved canal when the instrument freely rotated leading to repeated compressive and tensile stresses. This study aims to evaluate the cyclic fatigue resistance (CFR) of new and used 2Shape and AF F-One rotary instrument systems by using an artificial stainless-steel canal.

Methods. A total of 80 rotary nickel–titanium (NiTi) instruments of two systems were used, 2Shape/TS2 and AF F-ONE/F5 (40 in each group). The instruments were subdivided into group A 20 instruments (10 per system) that remain unused, group B 20 instruments (10 per system) instrumented 20 root canals (each file prepared 1 canal for 2 minutes), group C 20 instruments (10 per system) instrumented 40 canals each for 2 minutes (each file prepared 2 canals), group D of 20 instruments (10 per system) prepared 60 canals each for 2 minutes (each file prepared 3 canals). After each canal instrumentation, the instruments were cleaned and sterilized by autoclave. Then, all the instruments underwent cyclic fatigue testing in an artificial stainless steel canal with a 50° canal curvature and a radius of curvature of 5 mm. The time and number of cycles to failure (NCF) were recorded. Data were analyzed using the Welch ANOVA test for intragroup comparison and the pairwise test for multiple comparisons.

Results. The unused instruments of the AF F-One rotary system showed statistically higher CFR than clinically used instruments (P < 0.05). 2Shape system was not affected by clinical use (P > 0.05). The mean NCF of AF F-One instruments was significantly higher than the equivalent file group of 2Shape instruments (P < 0.05). Conclusion. A reduction in the CFR for AF F-One instruments after use was observed when compared to the new unused file group. The 2Shape system was not affected by clinical use. AF F-One performed better in terms of NCF.

1. Introduction

Nickel–titanium (NiTi) rotary instruments have assisted dentists in debriding and root canal preparation; despite this clear advantage, they still have some risk of the fracture without any visible sign [1, 2].

Failure of instruments used in rotational motion occurs in two ways: torsional fatigue and flexural fatigue. Torsional failure occurs when the tip of the instrument is locked in the canal while the shank continues to rotate [3], and in the second scenario, cyclic/flexural fatigue happens by repeated tensile and compressive loads when the instrument rotates freely in a curved canal and does not bind until a fracture occurs [4, 5].

An instrument fracture may be influenced by numerous factors such as the technique of preparation, rotational speed, manufacturing technology, radius of canal curvature, and angle of canal curvature. Furthermore, the authors found that clinical use, exposure to sodium hypochlorite (NaOCl), and autoclave sterilization procedures affected the mechanical properties of NiTi instruments, thereby decreasing the cyclic fatigue resistance (CFR) of these instruments [6–8].

Manufacturers have developed several strategies to overcome these problems, including a modification in instrument design, create new NiTi alloys, and use new activation kinematics [9, 10]. Moreover, manufacturers developed several manufacturing methods such as ion implantation, electro-polishing, heat treatment, and thermo-mechanical techniques to enhance the resistance to cyclic fatigue [10–12].
The 2Shape (Micro-Mega, France) instrument is a new group of the endodontic file system that uses T-wire technology to enhance the CFR of endodontic instruments by 40% and the flexibility of the files [13].

AF F-One (Fantale Dental Material Co., Shanghai, China) is a rotary NiTi instrument that was developed and specified by a flat-sided S-shaped cross-section, and it is used in continuous rotation motion with an inactive tip and 25/0.06 taper. The design of this instrument offers advantages of increasing fatigue lives and reducing blade engagement [14].

The CFR significantly decreased by the repeated use of NiTi instruments [15], although there is no agreement on the exact number of uses allowed before the instrument fails. Studies presented that cyclic fatigue is the main cause of instrument fracture and surface deformation occurred on the files because of clinical usage [16]. As there are limited studies comparing the CFR of 2Shape and AF F-One rotating NiTi instruments before and after clinical use, the aim of this study was to evaluate the CFR of TS2/2Shape and AF F-One/Fanta in dissimilar situations before and after clinical use as follows; new unused instruments, and instruments tested after the clinical preparation of one, two, or three mandibular premolars with one straight root canal, by analyzing the time and number of cycles required to fracture the instruments.

2. Materials and Methods

80 rotary NiTi instruments (length = 25 mm) from two systems (20 per system) were used in this study, as follows: 2Shape/TS2 (tip 25, taper 0.06) and AF/F-One (tip 25, 0.06 taper). Before performing the cyclic fatigue tests, the instruments were inspected under a stereomicroscope (Motic ST-39 Series, China) at 4x magnification. 20 instruments of Group A (10 per system) were remained unused. 20 instruments of Group B (10 per system) were instrumented with 20 root canals of single-rooted mandibular premolars, each for 2 minutes (each file used once). 20 instruments of Group C (10 per system) were instrumented with 40 root canals of single-rooted mandibular premolars, each for 2 minutes (each file used twice). Last, 20 instruments of Group D (10 per system) were instrumented with 60 canals of single-rooted mandibular premolars, each for 2 minutes (each file used 3 times). These instruments underwent cyclic fatigue testing and were compared to new, unused instruments.

For standardizing the root canal instrumentation, the water pipes were used to hold the teeth, water pipes were cut to 25 mm in length and 25 mm in width, and used as a custom-made mold that held the samples with the help of addition silicon impression material (proclinic). Access cavity opened and the chamber filled with sodium hypochlorite, 10 K-file from (Dentsply Sirona) was used to establish the working length. A crown-down technique used to prepare the root canal; first, the orifice opener (tip 17, taper 0.12) (Fantale Dental, Shanghai, China) was used with in- and out-brushing movement, and then the canal orifice was filled with 10 ml of 2.5% NaOCl.

Root canal instrumentation:
- Instrumentation by AF F-One (F5).
- Instrumentation by 2Shape (TS2).

A total of 30 new files (AF F-ONE) of (tip 0.25, 0.06 taper) were selected and used with a speed of 500 RPM/2.8 N torque, under FWD-Clockwise continuous rotation mode using the eighteenth endomotor, 10 new files (B2) instrumented 10 premolar canals, each for 2 minutes. Other 10 new files (C2) instrumented 20 canals (each file prepared 2 canals, each with 2 minutes). Last, 10 new files (D2) instrumented 30 canals (each file prepared 3 canals, each with 2 minutes).

2.1. Cyclic Fatigue Test. A 1.5-mm-inner-diameter stainless steel artificial canal with a curvature radius of 5 mm and 50 degree angle curvature was used to assess and measure the CFR of all instruments (new and used). The working length of the artificial canal was fixed as 21 mm.

The software program was AutoCAD 2021 version used to draw the canal (see Figure 1), then transferred to form a frame of a pantograph that was analyzed by a hyper spark laser machine to make an artificial stainless steel canal.

The E-connect endomotor hand piece was connected to a dental surveyor for standardization purpose (see Figure 2), and then the instrument was fixed to the hand piece and placed in the canal, and the motor was run for each system according to manufacturer instructions until the instrument fractured (see Figure 3). To reduce excessive heating during rotation and to minimize the friction, the canal was lubricated. A digital camera (Canon d7500) was used to record a video of each instrument rotation until fracture, the time to fracture registered in seconds and then converted into the number of cycles to failure (NCF) by using the subsequent formula: \( \text{rpm} \times \text{time to failure in seconds} \div 60 \).

Data were analyzed using SPSS 25 software (IBM-SPSS Inc, Chicago, IL, USA) for statistical analysis. The Welch ANOVA and Kruskal nonparametric method for evaluating the level of significance among instruments, the pairwise test for multiple comparisons, and the Mann–Whitney U test for
inter-group comparison was used, with a level of significance at \( P < 0.05 \).

3. Results

Table 1 shows the mean and standard deviation (SD) of the CFR of new and used instruments.
3.1. Within-Group Statistical Analysis. To identify the presence of significant differences between new instruments and used ones, since the data were scale-based, it was essential to test normality. Based on the below results (see Table 2), we confirmed that the datasets from the AF F-One group were normally distributed. The ANOVA test was used. Homogeneity assumption was taken into consideration and failed to accept the null hypothesis of equal variance due to small $P$ values ($0.007 < 0.05$) as seen in Table 2. Therefore, the Welch test of comparison was performed, and there was a significant difference between the four applications of Fanta instruments.

For intragroup comparison, the pairwise multiple comparison test was used for the AF F-One group (see Table 3) and showed a significant decrease in the CFR in AF-F-One files after clinical use ($P < 0.05$), only the difference between files with two uses and files with three uses was not significant ($P = 0.89$).

With respect to the 2Shape/TS2 group, due to violating normality (see Table 4), where $P$ values of all files were below 0.05. Thus, the Kruskal non-parametric method was used and according to its $P$ value, no statistically significant differences were found between the instruments.

3.2. Between Groups Comparison. Statistical tests (Mann–Whitney $U$) showed a significant difference between (AF F-One and 2Shape groups) in all 4 applications (see Table 5).

4. Discussion

Fractured rotary NiTi instruments may fail due to cyclic flexural fatigue or torsional failure, or a combination of both [5]. In this study, a method was used to estimate cyclic fatigue which has already been identified and used in several articles [9, 17–19].

The 2Shape TS2 (MicroMega, Besancon, France) and AF F-ONE (Fanta Dental Material Co., Shanghai, China) rotary instruments used in this study had the same #25 tip size and a constant 6% taper. The difference is the presence of a flat side design with an S-shaped cross-section in the F-One file and the fact that the file is made of AF-R wire. While the 2Shape features the latest cross-section generation with a triple helix with dual cutting edges for cutting efficiency and one secondary edge for better canal debridement, T-wire technology claims to increase the CFR by 40% when compared to One Shape (MicroMega) instrument [13, 14].
Instruments were rotated in an artificial canal made of stainless steel with a 1.5-mm inner diameter, radius curvature of 5 mm, and 60° curvature angle until a fracture occurred. NCF values showed that the 2Shape instruments had the highest CFR significantly [22].

This result is in agreement with a previously published study that compared the CFR of EndoSequence Xpress (ESX), 2Shape, Twisted File (TF), and NiTi rotary files. All instruments were rotated in an artificial canal made of stainless steel with a 1.5-mm inner diameter, radius curvature of 5 mm, and 60° curvature angle until a fracture occurred, NCF values showed that the 2Shape instruments had the highest CFR significantly [22].

The second result was that the mean NCF of AF F-One instruments was significantly higher than the equivalent file size of 2Shape instruments. Therefore, the second null hypothesis was not accepted. The reason behind this is considered due to AF F-One file being made of AF-R wire which is a developed NiTi alloy with more flexibility, good shape memory, and excellent mechanical properties. Moreover, a flat design has benefits in reducing torsional stresses by sweeping the debris from flutes to the relieving area, due to the smaller contact surface and the lower friction that produced when the file progresses into the canal [7, 25]. Since during rotation of the file inside the artificial canal less engagement of the file as well as friction occurs, the cyclic fatigue study could also be affected by this [25].

It is important to emphasize that the cost can be decreased with repeated use of the instruments. In contrast, as the number of uses increases, the chance of instrument fracture and the average time required for the instrumentation of the canal will increase, as the file will experience reduced surface roughness, fatigue, and cutting efficiency, as confirmed by other studies as well [26, 27].

The CFR of AF F-One files was affected adversely by the number of clinical uses. To evaluate how many times a rotary NiTi endodontic instrument could be used in root canals safely, more research studies are needed and to analyze it with other various rotary systems according to various aspects. Moreover, future studies are required to examine the clinical performance and evaluate other properties of these files to provide the clinician with valid and more conclusive information. It is also important to discard the instruments on a regular basis and not to surpass the maximum number of usage recommended by the manufacturer.

5. Conclusion

Within the limitations of the current study, a reduction in the CFR of AF F-One instruments was observed after clinical usage when compared to new groups. While the 2Shape system was not affected by clinical use. Furthermore, Fanta files had higher NCF than 2Shape ones and performed better.
Data Availability
The findings of this study are supported by data that are available upon request from the corresponding author.

Conflicts of Interest
The authors declare that they have no conflicts of interest.

Acknowledgments
This study was funded by the author.

References
[1] L. R. d. C. Hidalgo, L. A. B. d. Silva, G. B. Leoni et al., “Mechanical preparation showed superior shaping ability than manual technique in primary molars - a micro-computed tomography study,” Brazilian Dental Journal, vol. 28, no. 4, pp. 453–460, 2017.
[2] G. Gavini, M. D. Santos, C. L. Caldeira et al., “Nickel-titanium instruments in endodontics: a concise review of the state of the art,” Brazilian Oral Research, vol. 32, article e67, suppl 1, 2018.
[3] N. O. Varghese, R. Pillai, U. N. Sujathen, S. Sainudeen, A. Antony, and S. Paul, “Resistance to torsional failure and cyclic fatigue resistance of ProTaper next, WaveOne, and Mtwo files in continuous and reciprocating motion: an in vitro study,” Journal of Conservative Dentistry, vol. 19, no. 3, pp. 225–230, 2016.
[4] H. P. Lopes, C. N. Elias, M. V. B. Vieira et al., “Fatigue life of Reciproc and Mtwo instruments subjected to static and dynamic tests,” Journal of Endodontia, vol. 39, no. 5, pp. 693–696, 2013.
[5] M. P. Alcalde, M. A. H. Duarte, C. M. Bramante et al., “Cyclic fatigue and torsional strength of three different thermally treated reciprocating nickel-titanium instruments,” Clinical Oral Investigations, vol. 22, no. 4, pp. 1865–1871, 2018.
[6] A. Arias, J. J. Perez-Higuera, and J. C. de la Macorra, “Influence of clinical usage of GT and GTX files on cyclic fatigue resistance,” International Endodontic Journal, vol. 47, no. 3, pp. 257–263, 2014.
[7] E. Pedullà, G. Plotino, M. Scibilia, N. Grande, D. D. Santis, A. Parodi et al., “Cyclic fatigue comparison among endodontic instruments with similar cross section and different surface coating,” Minerva Stomatologica, vol. 68, no. 2, pp. 67–73, 2019.
[8] D. Nogueira, C. E. D. S. Bueno, A. S. Kato et al., “Effect of immersion in sodium hypochlorite on the cyclic fatigue resistance of three rotary instruments,” J Conserv Dent JCD., vol. 23, no. 6, pp. 554–557, 2020.
[9] P. Marks Duarte, P. Barcellos da Silva, M. P. Alcalde et al., “Canal transportation, centering ability, and cyclic fatigue promoted by twisted file adaptive and navigator EVO instruments at different motions,” Journal of Endodontia, vol. 44, no. 9, pp. 1425–1429, 2018.
[10] E. J. N. L. Silva, V. T. L. Vieira, F. Heckshmer, M. R. S. Dos Santos Oliveira, A. H. Dos Santos, and E. J. L. Moreira, “Cyclic fatigue using severely curved canals and torsional resistance of thermally treated reciprocating instruments,” Clinical Oral Investigations, vol. 22, no. 7, pp. 2633–2638, 2018.
[11] E. J. N. L. Silva, C. Rodrigues, V. T. L. Vieira, F. G. Belladonna, G. De-Deus, and H. P. Lopes, “Bending resistance and cyclic fatigue of a new heat-treated reciprocating instrument,” Scanning, vol. 38, no. 6, p. 841, 2016.
[12] J. N. R. Martins, E. J. N. L. Silva, D. Marques et al., “Comparison of five rotary systems regarding design, metallurgy, mechanical performance, and canal preparation-a multi-method research,” Clinical Oral Investigations, vol. 26, no. 3, pp. 3299–3310, 2022.
[13] 2Shape Brochure [Internet], [cited 2022 Jul 10], Available from: https://micro-mega.com/wp-content/uploads/2018/03/60301807-C_Brochure-2Shape_EN_WEB.pdf.
[14] Fanta Brochure [Internet], [cited 2022 Jul 10], Available from: https://www.fanta-dental.com/static/upload/20211125/1637821489572223.pdf.
[15] N. Keskin, T. Özyürek, G. Uslu, and U. Inan, “Cyclic fatigue resistance of new and used ProTaper universal and ProTaper next nickel-titanium rotary instruments,” Saudi Endodontic Journal, vol. 8, no. 2, p. 82, 2018.
[16] G. Fernandez-Pazos, B. Martin-Biedma, P. Varela-Patino, M. Ruiz-Pinon, and P. Castelo-Baz, “Fracture and deformation of ProTaper next instruments after clinical use,” Journal of Clinical and Experimental Dentistry, vol. 10, no. 11, pp. e1091–e1095, 2018.
[17] M. E. Klymrus, M. P. Alcalde, R. R. Vivan, M. V. R. Só, B. C. de Vasconcelos, and M. A. H. Duarte, “Effect of temperature on the cyclic fatigue resistance of thermally treated reciprocating instruments,” Clinical Oral Investigations, vol. 23, no. 7, pp. 3047–3052, 2019.
[18] L. Generali, P. Puddu, A. Borghi, S. Brancolini, L. Lusvarghi, G. Boelleli et al., “Mechanical properties and metallurgical features of new and ex vivo used reciproc blue and reciproc,” International Endodontic Journal, 2019.
[19] J. A. Duque, C. M. Bramante, M. A. H. Duarte, M. P. Alcalde, E. J. N. L. Silva, and R. R. Vivan, “Cyclic fatigue resistance of nickel-titanium reciprocating instruments after simulated clinical use,” Journal of Endodontia, vol. 46, no. 11, pp. 1771–1775, 2020.
[20] M. G. Bahia and V.Buono, ”Decrease in the fatigue resistance of nickel-titanium rotary instruments after clinical use in curved root canals,” Oral Surgery, Oral Medicine, Oral Pathology, Oral Radiology, and Endodontics, vol. 100, no. 2, pp. 249–255, 2005.
[21] H. P. Lopes, A. A. P. Ferreira, C. N. Elias, E. J. L. Moreira, J. C. M. de Oliveira, and J. F. Siqueira, “Influence of rotational speed on the cyclic fatigue of rotary nickel-titanium endodontic instruments,” Journal of Endodontia, vol. 35, no. 7, pp. 1013–1016, 2009.
[22] G. Uslu, T. Özyürek, M. Gündoğar, and K. Yılmaz, “Cyclic fatigue resistance of 2Shape, twisted file and EndoSequence Xpress nickel-titanium rotary files at intracanalal temperature,” Journal of Dental Research, Dental Clinics, Dental Prospects, vol. 12, no. 4, pp. 283–287, 2018.
[23] E. Pedullà, A. Benites, G. M. La Rosa et al., “Cyclic fatigue resistance of heat-treated nickel-titanium instruments after immersion in sodium hypochlorite and/or sterilization,” Journal of Endodontia, vol. 44, no. 4, pp. 648–653, 2018.
[24] A. A. Ates, B. Arican, and H. F. Ounsi, “Influence of rotational speed and glide path on cyclic fatigue resistance of XP-endo shaper,” Nigerian Journal of Clinical Practice, vol. 23, no. 10, pp. 1443–1448, 2020.
[25] G. Gambarini, M. Seracchiani, L. Piasecki et al., “Measurement of torque generated during intracanal instrumentation
in vivo,” *International Endodontic Journal*, vol. 52, no. 5, pp. 737–745, 2019.

[26] B. Serefoglu, S. Miçoogullari Kurt, M. E. Kaval, P. Güneri, G. Kandemir Demirci, and M. K. Çalışkan, “Cyclic fatigue resistance of multiused reciproc blue instruments during retreatment procedure,” *Journal of Endodontia*, vol. 46, no. 2, pp. 277–282, 2020.

[27] E. J. L. Moreira, H. D. S. Antunes, V. T. L. Vieira et al., ”Effects of clinical use of NiTi reciprocating instruments on cyclic and torsional resistance, and on roughness,” *Brazilian Oral Research*, vol. 35, article e021, 2021.